Methylene-Bridged Tridentate Salicylaldiminato Binuclear Titanium Complexes as Copolymerization Catalysts for the Preparation of LLDPE through [Fe]/[Ti] Tandem Catalysis

Yani Luo 1, Jian Li 1, Derong Luo 1, Qingliang You 2, Zifeng Yang 1, Tingcheng Li 1, Xiandan Li 1 and Guangyong Xie 1,2,*

1. Hubei Key Laboratory of Catalysis and Materials Science, School of Chemistry and Materials Science, South-Central University for Nationalities, Wuhan 430074, China
2. Key Laboratory of Optoelectronic Chemical Materials and Devices, Ministry of Education, School of Chemical and Environmental Engineering, Jianghan University, Wuhan 430056, China
* Correspondence: xiegy@scuec.edu.cn; Tel.: +86-27-67842752

Received: 13 May 2019; Accepted: 11 June 2019; Published: 1 July 2019

Abstract: A novel tandem catalysis system consisted of salicylaldiminato binuclear/mononuclear titanium and 2,6-bis(imino)pyridyl iron complexes was developed to catalyze ethylene in-situ copolymerization. Linear low-density polyethylene (LLDPE) with varying molecular weight and branching degree was successfully prepared with ethylene as the sole monomer feed. The polymerization conditions, including the reaction temperature, the Fe/Ti molar ratio, and the structures of bi- or mononuclear Ti complexes were found to greatly influence the catalytic performances and the properties of obtained polymers. The polymers were characterized by differential scanning calorimetry (DSC), high temperature gel permeation chromatography (GPC) and high temperature 13C NMR spectroscopy, and found to contain ethyl, butyl, as well as some longer branches. The binuclear titanium complexes demonstrated excellent catalytic activity (up to $8.95 \times 10^6$ g/molTi·h·atm) and showed a strong positive comonomer effect when combined with the bisiminopyridyl Fe complex. The branching degree can be tuned from 2.53 to 22.89/1000C by changing the reaction conditions or using different copolymerization pre-catalysts. The melting points, crystallinity and molecular weights of the products can also be modified accordingly. The binuclear complex Ti2L1 with methylthio sidearm showed higher capability for comonomer incorporation and produced polymers with higher branching degree and much higher molecular weight compared with the mononuclear analogue.

Keywords: tandem catalysis; in-situ copolymerization; linear low-density polyethylene; non-metallocene; binuclear titanium complex

1. Introduction

Polyethylene contributes to about 50% of the global polyolefin consumption, and one of the fastest growing types of polyethylene is linear low density polyethylene (LLDPE), which is widely applied in film production for the packaging industry because of its high tear and impact strength. LLDPEs are generally made by a two-step method from the copolymerization of ethylene and α-olefin comonomers such as 1-butene, 1-hexene and 1-octene catalyzed by conventional heterogeneous Ziegler-Natta or metallocene catalysts, where the comonomer α-olefins were commonly generated from ethylene oligomerization (Figure 1A). An alternative approach to the synthesis of LLDPE is the use of tandem catalysis, where one catalyst oligomerizes ethylene to α-olefin and the other simultaneously...
copolymersizes excessive ethylene with the in situ produced α-olefin (Figure 1B). Such single-step process has obvious advantages over traditionally used two-stage process in terms of the costs of plant investment, α-olefin purification, storage, and transport.

Figure 1. The diagrammatic sketch of two different methods to product LLDPE. (A) two-step method; (B) tandem catalysis.

Tandem catalysis is also called in-situ copolymerization and involves the cooperative action of oligomerization and copolymerization catalyst precursors in one reactor. Since it was first reported by Beach and Kissin in the 1980s [1,2], a wide variety of promising tandem catalytic systems involving two different Ziegler-Natta catalysts [1–4], Ziegler-Natta catalyst combined with metallocene [5] or nonmetallocene catalyst [6,7], and one [8,9] or two [10–12] metallocene catalysts have been developed to prepare branched polyethylene in situ. Moreover, numerous investigations were carried out on tandem catalytic systems comprising metalloene and non-metalloene catalysts [13–29]. Nevertheless, the copolymerization catalysts in these tandem systems were almost Ziegler-Natta or metalloene catalysts.

In the last twenty years, group 4 non-metalloene catalysts have attracted a great deal of attention due to their excellent performances not only for ethylene polymerization but also for the copolymerization of ethylene with other olefins [30–35]. Lately, binuclear and multinuclear complexes have also been researched for olefin polymerization, which showed that the cooperative action of two or more nearby metal centers could significantly increase catalytic activity, modify molecular weight and branching degree, and enhance comonomer incorporation selectivity [36–48]. Among these, early transition non-metalloene binuclear complexes have rarely been reported. Our lab has been focused on developing novel non-metalloene catalysts through modification of the coordination environment of the central metals by using the steric/electronic effect of the substituents [49–56]. Recently we have successfully prepared LLDPE from ethylene in a single reactor using non-metalloene titanium complex as the copolymerization catalyst of a tandem dual-functional catalyst systems [57,58]. We have also designed and synthesized a number of non-metalloene binuclear titanium complexes which demonstrated excellent activity for ethylene (co)polymerization [59–62]. Here we used the non-metalloene binuclear titanium complexes for the first time as copolymerization catalysts of a tandem catalyst system and described the direct synthesis of LLDPE from ethylene in a single reactor though [Fe][Ti] tandem catalysis, which was shown in Scheme 1. Compared with other reported tandem catalysts, this [Fe][Ti] tandem system showed superior synergistic catalysis, strong positive comonomer effect, high catalytic activity, and good structural adjustability of copolymers. The copolymerization activities demonstrated by our binuclear Ti/bisiminopyridyl Fe system were among the highest reported.
2. Materials and Methods

2.1. Materials

All manipulation involving air- and/or moisture-sensitive compounds was carried out under purified nitrogen using standard vacuum-line. Toluene purified through distillation with sodium benzenophenone ketyl under nitrogen. MMAO (7% aluminum in a heptane solution) was acquired from Akzo Nobel Chemical, Inc. (Amersfoort, The Netherlands). All other chemicals are used as received from commercial sources. Fe complex FeL₄ and binuclear Ti complexes Ti₂L₁, Ti₂L₂ and Ti₂L₃ were prepared according to our previous works [58,59].

The mononuclear Ti complex TiL was synthesized with a similar procedure as for the binuclear analogue. Yield 91%. ¹H NMR (400 MHz, CDCl₃): δ 8.74 (d, J = 32.9 Hz, 1H, CH=N), 7.66 (t, J = 8.0 Hz, 1H, ArH), 7.59–7.35 (m, 5H, Ar), 3.09 (d, J = 23.8 Hz, 3H, SCH₃), 2.43 (d, J = 8.5 Hz, 3H, CH₃), 1.53 (d, J = 3.6 Hz, 9H, C(CH₃)₃). ¹³C NMR (101 MHz, CDCl₃): δ 163.32 (CH=N), 160.91, 150.44, 137.27, 136.62, 134.62, 134.28, 133.01, 131.13, 130.83, 127.76, 119.10, 35.18 (C(CH₃)₃), 29.81 (C(CH₃)₃), 27.53 (CH₃), 20.99 (SCH₃). IR(KBr, cm⁻¹): 3356, 2959, 1591, 1545, 1379, 1327, 1259, 863, 757, 634, 604. Anal. Calcd for C₁₁H₂₂Cl₃NOSTi: C, 48.90; H, 4.75; N, 3.00%. Found: C, 49.21; H, 4.58; N, 3.32%.

2.2. Characterization

The ¹H NMR spectra of ligands and complexes were measured on a Bruker Avance III 400 MHz spectrometer (Karlsruhe, Germany). Elemental analyses were performed with Vario EL 111 elemental analyzer. The ¹³C NMR data of the ethylene/α-olefin copolymers were obtained on a Varian XL 300 MHz spectrometer at 120 °C with α-C₆D₄Cl₂ as the solvent. Differential scanning calorimetry (DSC) measurements were performed on a Netzsch DSC200 F3 instrument (Bavaria, Germany). Each sample was heated from 30 to 200 °C at a heating rate of 10 °C/min and reheated at the same rate. The Mₙ and Mₘ/Mₙ of the polymers were determined at 150 °C with a Viscotek 350A HT-GPC System (San Jose, CA, USA) using a polystyrene calibration. 1,2,4-Trichlorobenzene was employed as the solvent at a flow rate of 1.0 mL/min.

2.3. Ethylene In-Situ Copolymerization

A flame-dried Schlenk flask purged with N₂ was filled with ethylene gas. 40 mL of freshly distilled toluene was added and raised to the reaction temperature for 10 min. MMAO was then injected using a syringe and the mixture was stirred for 5 min. Copolymerization was initiated by injection of the solutions of [Fe] and [Ti] catalysts at the same time. The polymerization was quenched with 100 mL acidified ethanol (10 vol.% HCl) after a desired time. The product was precipitated, filtered, then washed with ethanol, and dried at 50 °C to constant weight under vacuum.

3. Results and Discussion

The methylene-bridged tridentate salicylaldiminato binuclear titanium complexes displayed extremely high activities for ethylene polymerization and ethylene/α-olefins copolymerization.
at atmospheric pressure in our previous research [59], thus may be excellent candidates as copolymerization catalysts of dual-function catalytic systems for ethylene in-situ copolymerization. Here we investigated the tandem catalytic behaviors of non-metallocene binuclear titanium complexes (Ti$_2$L$_1$-Ti$_2$L$_3$) and bisiminopyridyl iron complex (FeL$_a$) with ethylene as the only feed, and the results were listed in Table 1.

### Table 1. Preparation of LLDPE by tandem catalysis of Fe and Ti complexes

| Entry | Ti Complex | [Fe]/[Ti] | T (°C) | Act. | $T_m$ (°C) | $X_c$ (%) | Branch ($\times 10^3$ C) | $M_w$ | $M_w/M_n$ |
|-------|------------|-----------|-------|------|-----------|---------|----------------------|------|-----------|
| 1     | Ti$_2$L$_1$ | 1:0       | 50    | 0.78 | 136.4     | 60.3    | 0                    | n.d. | n.d.      |
| 2     | Ti$_2$L$_1$ | 0:1       | 50    | 0.73 | 126.3     | 46.1    | 3.91                 | 5.41 | 4.18      |
| 3     | Ti$_2$L$_1$ | 1:1       | 50    | 0.72 | 115.7     | 2.8     | 22.89                | 3.37 | 2.95      |
| 4     | Ti$_2$L$_1$ | 2:1       | 50    | 0.75 | 123.9     | 37.5    | n.d.                 | n.d. | n.d.      |
| 5     | Ti$_2$L$_1$ | 2:1       | 30    | 0.95 | 124.2     | 40.1    | 9.01                 | 2.57 | 3.08      |
| 6     | Ti$_2$L$_1$ | 2:1       | 60    | 1.20 | 126.4     | 47.5    | n.d.                 | n.d. | n.d.      |
| 7     | Ti$_2$L$_1$ | 2:1       | 70    | 0.69 | 128.7     | 53.6    | 2.53                 | 1.30 | 2.62      |
| 8     | Ti$_2$L$_1$ | 2:1       | 3:1   | 1.43 | 123.3     | 14.0    | n.d.                 | n.d. | n.d.      |
| 9     | Ti$_2$L$_1$ | 2:1       | 4:1   | 3.22 | 123.3     | 10.7    | n.d.                 | n.d. | n.d.      |
| 10    | Ti$_2$L$_1$ | 2:1       | 5.1   | 8.95 | 119.5     | 7.3     | 16.20                | 2.34 | 2.78      |
| 11    | Ti$_2$L$_1$ | 2:1       | 50    | 1.16 | 124.4     | 40.7    | 8.75                 | 2.54 | 3.44      |
| 12    | Ti$_2$L$_1$ | 2:1       | 50    | 0.97 | 124.7     | 42.8    | 8.05                 | 2.50 | 3.26      |
| 13    | Ti$_2$L$_1$ | 2:1       | 50    | 1.84 | 125.2     | 44.4    | 7.28                 | 1.42 | 3.01      |
| 14    | Ti$_2$L$_1$ | 2:1       | 50    | 2.1  | 126.4     | 47.5    | n.d.                 | n.d. | n.d.      |

* 40 mL toluene, 10 min reaction time, 0.1 MPa ethylene pressure, 1 µmol Ti complexes, [Al]/[Fe+Ti] = 2000:1.

b Activity, calculated with Ti complex, $10^6$ g/mol(Ti)-h-atm.

c Measured by DSC, $X_c$ is degree of crystallinity.

d Calculated by high temperature $^{13}$C NMR.

e $10^4$ g/mol, determined by GPC using polystyrene standard.

The Ti complex Ti$_2$L$_1$ and Fe complex FeL$_a$ exhibited high catalytic activity for ethylene polymerization or oligomerization when used separately (Entries 1 and 2 of Table 1), which has been detailedly investigated in our previous works [58,59], and the binuclear titanium complexes still displayed very high activity when combined with bisiminopyridyl Fe complex in this tandem catalytic system. The effects of the reaction temperature, [Fe]/[Ti] molar ratios and catalyst structures upon the copolymerization activities and properties of the copolymers were investigated. The melting temperatures, branching degrees and molecular weights were measured by DSC, $^{13}$C NMR and GPC, respectively.

Compared with the catalysis by Ti/MMAO, the tandem catalysis system (Fe/Ti/MMAO) produced polyethylene with much reduced melting temperature ($T_m$) and crystallinity ($X_c$), which implied that the polymer contained considerable amount of branched chain that must come from the in-situ copolymerization of ethylene with $\alpha$-olefins produced by Fe complex. The branching structures were further confirmed by high temperature $^{13}$C NMR spectrum as shown in Figure 2. Various types of branches, including ethyl branches (δ 11.19, 26.87, 39.86 ppm), butyl branches (δ 23.36, 29.57 ppm) and some longer branches with six or more carbons (δ 13.98, 22.83, 32.17, 38.35 ppm) were found, and the branching degrees were calculated according to ref. [63].
3.1. Influence of Reaction Temperature

The influence of temperature upon the catalytic activities and the structure of polymers were shown in Entries 4–8 of Table 1. The reaction temperature exerted great influence on the catalytic activities as well as the properties of obtained copolymers. When the reaction temperature increased from 30 to 70 °C, the copolymerization activities increased gradually, reached maximum at 60 °C, and then decreased. The trend was in good accordance with the results when catalyzed only by the binuclear Ti complex Ti₂L₁. However, the branching degree of the obtained copolymers reduced monotonously from 22.89 to 2.53/1000°C with the temperature increase from 30 to 70 °C (Figure 3a), presumably due to the decrease of the amount of the α-olefins produced by the bisiminopyridyl iron complex FeL₃. The branches were classified into ethyl, butyl and longer branches according to the 13C NMR spectra, and the percentage of different branches among total branches could be separately calculated. The proportion of ethyl branches were more than 50% in all cases, while the percentage of longer branches were generally lower than 20% (Table 2). Short chain 1-butene generally had higher reactivity than the longer chain -olefins and was much easier to insert into the main chain, moreover, Fe catalyst produced higher proportion of 1-butene at higher temperatures [58], thus higher proportion of ethyl branches were formed.

Table 2. Amount of branching in the branched polyethylene.

| Entry | Branching with Respect to Total | Branching with Respect to Total [E] Units | Branch/1000°C |
|-------|-------------------------------|------------------------------------------|---------------|
|       | NE(%) NB(%) NL(%)              | NE’(%) NB’(%) NL’(%) R (%)               |               |
| 4     | 55.45 27.84 16.71              | 2.54 1.27 0.76 4.58                     | 22.89         |
| 6     | 30.03 12.87 4.22               | 1.03 0.54 0.23 1.80                     | 9.01          |
| 8     | 80.12 15.66 4.22               | 0.41 0.08 0.02 0.51                     | 2.53          |
| 3     | 72.15 21.94 5.91               | 0.56 0.17 0.05 0.78                     | 3.91          |
| 11    | 57.87 30.96 11.17              | 1.87 1.00 0.36 3.24                     | 16.20         |
| 12    | 51.61 26.73 21.66              | 0.90 0.47 0.38 1.75                     | 8.75          |
| 13    | 62.35 19.14 18.52              | 1.00 0.31 0.30 1.61                     | 8.05          |
| 14    | 62.38 29.47 8.15               | 0.91 0.43 0.12 1.46                     | 7.28          |
Table 2. Amount of branching in the branched polyethylene.

| Entry | Branching with Respect to Total |
|-------|---------------------------------|
|       | NE'(%) | NB'(%) | NL'(%) | NE''(%) | NB''(%) | NL''(%) | R (%) |
| 4     | 55.45  | 27.84  | 16.71  | 2.54    | 1.27    | 0.76    | 4.58  |
| 6     | 30.03  | 12.87  | 1.03   | 0.54    | 0.23    | 1.80    | 9.01  |
| 8     | 80.12  | 15.66  | 4.22   | 0.41    | 0.08    | 0.02    | 0.51  |
| 3     | 72.15  | 21.94  | 5.91   | 0.56    | 0.17    | 0.05    | 0.78  |
| 11    | 57.87  | 30.96  | 11.17  | 1.87    | 1.00    | 0.36    | 3.24  |
| 12    | 51.61  | 26.73  | 21.66  | 0.90    | 0.47    | 0.38    | 1.75  |
| 13    | 62.35  | 19.14  | 18.52  | 1.00    | 0.31    | 0.30    | 1.61  |
| 14    | 62.38  | 29.47  | 8.15   | 0.91    | 0.43    | 0.12    | 1.46  |

Figure 3. Effects of reaction conditions on $^{13}$C NMR spectra of LLDPE, (a) reaction temperature, (b) [Fe]/[Ti] molar ratio, (c) different Ti complexes.

As reaction temperature increased from 30 to 70 °C, the melting temperature $T_m$ of the obtained copolymers increased from 115.7 to 128.7 °C, and the crystallinity $X_c$ increased from 2.8 to 53.6% (Figure 4a), further implied that less α-olefins were produced and inserted into the main chain.
Figure 4. DSC thermograms for LLDPE under different conditions, (a) effect of reaction temperature, (b) effect of [Fe]/[Ti] molar ratio.

The GPC curves of copolymers at different polymerization temperatures were shown in Figure 5a. Increasing the temperatures from 30 to 70 °C decreased the $M_w$ rapidly from $3.37 \times 10^4$ g/mol to $1.30 \times 10^4$ g/mol, which was due to faster chain transfer from the titanium species to aluminum and chain termination at higher temperature. The molecular weight distribution remained at a narrow level of 2−3.
Figure 5. Effects of different conditions on GPC curves for LLDPE, (a) reaction temperature, (b) Fe/Ti molar ratio, (c) different Ti complexes.
3.2. Influence of Fe/Ti Molar Ratio

The Fe/Ti molar ratio also influenced appreciably the catalytic behaviors of the tandem catalytic system. Firstly, the catalytic activity increased more than one order of magnitude (0.72 to $8.95 \times 10^6$ g/molTi-h-atm) as the amount of Fe catalyst increased fivefold (Fe/Ti molar ratio increased from 1:1 to 5:1). More α-olefins were produced with more Fe complex added, which led to higher calculated activities for Ti complex. These results also fully agreed with the copolymerization behaviors of ethylene and α-olefin catalyzed solely by Ti complex [59].

Secondly, it could be reasonably speculated that since more α-olefins was produced with the addition of more Fe catalyst, more comonomers would be incorporated into the polymer backbone, resulting in the increase of branching degree. Indeed, the DSC data in Figure 4b showed that the melting temperature and crystallinity simultaneously decreased from 126.3 to 119.5 °C and from 46.1 to 7.3%, respectively, as Fe/Ti molar ratio increased from 1:1 to 5:1, indicating the continuous increase of branching degrees. The high temperature $^{13}$C NMR spectra of obtained polymers with different catalyst ratios further confirmed that the branching degrees increased to 16.20/1000C at 5:1 of Fe/Ti ratio, which was almost four times of that at 1:1 Fe/Ti ratio (3.91/1000C), as shown in Figure 3b. The rate of the increase of the branching degree was slightly less than that of the Fe oligomerization catalyst (5 times), but much less than that of copolymerization activity (10 times), which may be a result of the strong positive comonomer effect, i.e., the activity of Ti complex increased faster than the quantity of α-olefins produced by Fe catalyst. Similar phenomenon was also observed in tandem catalysis system consisted of mononuclear nonmetallocene Ti complex and Fe complex [58].

Thirdly, the weight-average molecular weights of the copolymers decreased appreciably from 5.41 to $2.34 \times 10^4$ g/mol when increasing Fe/Ti ratios from 1:1 to 5:1, due apparently to the incorporation of α-olefins, as shown in Figure 5b.

3.3. Influence of the Structure of Ti Complexes

We have also researched the influence of the structures of Ti complexes, including the binuclear Ti complexes bearing different alkylthio sidearms and the mononuclear Ti complex with methylthio sidearm, which were shown in Entries 6 and 12–14 of Tables 1 and 2.

For binuclear Ti complexes bearing different alkylthio sidearms (Entries 6, 12 and 13 of Table 1), complex Ti$L^1_2$ with methylthio sidearm exhibited the highest activity and comonomer incorporation ratio, while the Ti complexes with longer alkylthio sidearms (Ti$L^2_2$ and Ti$L^3_2$) exhibited lower ethylene in-situ copolymerization activity and produced polymers with lower branching degrees. The result was fully in agreement with that of ethylene/α-olefins copolymerization catalyzed by the binuclear Ti complexes alone [59], and may similarly be attributed to the steric hindrance of longer alkylthio groups.

The catalytic performances of bi- and mono-nuclear Ti complexes with the same methylthio sidearm were also compared. Both the bi- and mono-nuclear Ti complexes showed excellent performances towards ethylene in-situ copolymerization when combined with Fe complex and activated by MMAO. However, as shown in Figure 3c, the binuclear complex Ti$L^1_2$ with methylthio sidearm had higher capability for comonomer incorporation and produced copolymers with higher branching degree compared with that by mononuclear analogue (9.01/1000C vs. 7.28/1000C). Furthermore, the molecular weight of copolymers produced by the binuclear Ti complexes was higher than that by the mononuclear complex (2.57 vs. $1.42 \times 10^4$ g/mol), as shown in Figure 5c. The binuclear Ti complexes had two metal active sites, which would produce two growing carbon chains simultaneously and give rise to larger steric hindrance, reduce the interaction between the complexes and the cocatalyst and inhibit β-Hydrogen elimination and chain transfer reaction; therefore improved comonomer incorporation ratio and increased the molecular weight of copolymers are resulted [59].
4. Conclusions

Methylene-bridged tridentate salicylaldiminato binuclear titanium complexes were used in tandem with oligomerization catalyst 2,6-bis(imino)pyridyl Fe complex to produce linear low-density polyethylene (LLDPE) with various branches, including ethyl, butyl and some longer branches by the in-situ copolymerization of ethylene. The binuclear titanium complexes maintained high catalytic activity (over \(10^6\) g/molTi·h·atm) and excellent copolymerization capacity when worked together with the Fe complex. The catalytic behaviors and the structures of the obtained polymers were influenced not only by the polymerization conditions such as reaction temperature and Fe/Ti molar ratios but also by the structure of binuclear Ti complexes bearing different alkylthio sidearms. The Ti complexes showed a strong positive comonomer effect and achieved extremely high activity (8.95 \(\times\) \(10^6\) g/molTi·h·atm) with certain Fe/Ti molar ratio. The branching degrees can be adjusted in a wide range from 2.53 to 22.89/1000C by decreasing reaction temperature from 70 to 30 °C, while increasing Fe/Ti molar ratios from 1:1 to 5:1 can increase the branching degrees from 3.91 to 16.20/1000C. The melting points, crystallinity and molecular weights of the products can also be modified accordingly. The binuclear complex Ti\(_2\)L\(_1\) with methylthio sidearm exhibited higher capability for comonomer incorporation and produced copolymers with higher branching degree and molecular weight compared with that of mononuclear analogue, as a result of the larger steric hindrance of the binuclear Ti complex.

Author Contributions: Y.L. and J.L. have equal contribution to this paper. Conceptualization, G.X.; validation, Y.L., J.L., D.L., Z.Y. and G.X.; formal analysis, Y.L., J.L., D.L., Q.Y., Z.Y., T.L., X.L. and G.X.; investigation, Y.L., J.L., D.L., Q.Y., Z.Y., T.L., X.L. and G.X.; resources, Y.L., J.L. and D.L.; data curation, Y.L., J.L., D.L., and G.X.; writing—original draft preparation, Y.L., D.L., and G.X.; writing—review and editing, T.L. and G.X.; visualization, D.L., and G.X.; supervision, G.X.; project administration, G.X.; funding acquisition, G.X.

Funding: This research was funded by the National Natural Science Foundation of China, grant number 21172269, the Open Project of Key Laboratory of Optoelectronic Chemical Materials and Devices, Ministry of Education, Jianghan University, grant number JDGD-201809 and the Scientific Research Program of Hubei Provincial Department of Education, grant number B2017270.

Conflicts of Interest: The authors declare no conflict of interest.

References

1. Beach, D.L.; Kissin, Y.V. Dual functional catalysis for ethylene polymerization to branched polyethylene. I. Evaluation of catalytic systems. J. Polym. Sci. Polym. Chem. Part A 1984, 22, 3027–3042. [CrossRef]
2. Kissin, Y.V.; Beach, D.L. Dual-functional catalysis for ethylene polymerization to branched polyethylene. II. Kinetics of ethylene polymerization with a mixed homogeneous-heterogeneous Ziegler-Natta catalyst system. J. Polym. Sci. Polym. Chem. Part A 1986, 24, 1069–1084. [CrossRef]
3. Xie, G.H.; Fang, Y.Q. A study of ethylene dimerization and copolymerization using a dual catalyst system. Petrochem. Technol. (China) 1994, 23, 491–497.
4. Benham, E.A.; Smith, P.D.; McDaniel, M.P. A process for the simultaneous oligomerization and copolymerization of ethylene. Polym. Eng. Sci. 1988, 28, 1469–1472. [CrossRef]
5. Zhu, B.; Guo, C.; Liu, Z.; Yin, Y. In situ copolymerization of ethylene to produce linear low-density polyethylene by Ti(OBu)\(_4\)/AlEt\(_3\)-MAO/SiO\(_2\)/Et(Ind)\(_2\)ZrCl\(_2\). J. Appl. Polym. Sci. 2004, 94, 2451–2455. [CrossRef]
6. Zhang, Z.; Lu, Z.; Chen, S.; Li, H.; Zhang, X.; Lu, Y.; Hu, Y. Synthesis of branched polyethylene from ethylene stock by an interference-free tandem catalysis of TiCl\(_4\)/MgCl\(_2\) and iron catalyst. J. Mol. Catal. Chem. A 2005, 236, 87–93. [CrossRef]
7. Lu, Z.; Zhang, Z.; Li, Y.; Wu, C.; Hu, Y. Synthesis of branched polyethylene by in situ polymerization of ethylene with combined iron catalyst and Ziegler-Natta catalyst. J. Appl. Polym. Sci. 2006, 99, 2898–2903. [CrossRef]
8. Yang, M.; Yan, W.; Hao, X.; Liu, B.; Wen, L.; Liu, P. Tandem catalytic systems: One catalyst combined with two different activators for preparing branched polyethylene with ethylene as single monomer. Macromolecules 2009, 42, 905–907. [CrossRef]
9. Yang, M.; Li, Q.; Li, X.; Hu, B.; Dong, X.; Qu, J.; Liu, B.; Wang, X.; Hao, X. Tandem catalysis of one metallocene catalyst combined with two different cocatalysts for preparing branched polyethylene. Chin. J. Polym. Sci. 2016, 34, 298–306. [CrossRef]

10. Sperber, O.; Kaminsky, W. Synthesis of long-chain branched comp-structured polyethylene from ethylene by tandem action of two single-site catalysts. Macromolecules 2003, 36, 9014–9019. [CrossRef]

11. Ye, Z.; Al Obaidi, F.; Zhu, S. A tandem catalytic system for the synthesis of ethylene hex-1-ene copolymers from ethylene stock. Macromol. Rapid Commun. 2004, 25, 647–652. [CrossRef]

12. Alobaidi, F.; Ye, Z.; Zhu, S. Direct synthesis of linear low-density polyethylene of ethylene/1-hexene from ethylene with a tandem catalytic system in a single reactor. J. Polym. Sci. Polym. Chem. Part A 2004, 42, 4327–4336. [CrossRef]

13. Komon, Z.J.A.; Bu, X.; Bazan, G.C. Synthesis of butene-ethylene and hexene-butene-ethylene copolymers from ethylene via tandem action of well-defined homogeneous catalysts. J. Am. Chem. Soc. 2000, 122, 1830–1831. [CrossRef]

14. Komon, Z.J.A.; Diamond, G.M.; Leclerc, M.K.; Murphy, V.; Okazaki, M.; Bazan, G.C. Triple tandem catalyst mixtures for the synthesis of polyethylenes with varying structures. J. Am. Chem. Soc. 2002, 124, 15280–15285. [CrossRef] [PubMed]

15. Quijada, R.; Rojas, R.; Bazan, G.; Komon, Z.J.A.; Mauler, R.S.; Galland, G.B. Synthesis of branched polyethylene from ethylene by tandem action of iron and zirconium single site catalysts. Macromolecules 2001, 34, 2411–2417. [CrossRef]

16. Wet-Roos, D.D.; Dixon, J.T. Homogeneous tandem catalysis of Bis(2-decylthioethyl)amine-chromium trimerization catalyst in combination with metalloccene catalysts. Macromolecules 2004, 37, 9314–9320. [CrossRef]

17. Bianchini, C.; Frediani, M.; Giambastiani, G.; Kaminsky, W.; Meli, A.; Passaglia, E. Amorphous polyethylene via orthogonal tandem and one-pot catalysis. New J. Chem. 2005, 29, 890–894. [CrossRef]

18. Zhang, Z.; Cui, N.; Lu, Y.; Ke, Y.; Hu, Y. Preparation of linear low-density polyethylene by the in situ copolymerization of ethylene with an iron oligomerization catalyst and rac-ethylene bis(indenyl) zirconium (IV) dichloride. J. Polym. Sci. Polym. Chem. Part A 2005, 43, 984–993. [CrossRef]

19. Wet-Roos, D.D.; Toit, A.D.; Joubert, D.J. Homogeneous tandem catalysis of the bis-(diphenylphosphino)-amine/chromium tetramerization catalyst with metallocene catalysts. J. Polym. Sci. Polym. Chem. Part A 2006, 44, 6847–6856. [CrossRef]

20. Sémeril, D.; Lejeune, M.; Matt, D. Calix[4]arene-derived nickel diphosphine complexes for LLDPE synthesis via orthogonal tandem and one-pot catalysis. New J. Chem. 2007, 31, 502–505. [CrossRef]

21. Zhang, J.; Li, B.; Fan, H.; Zhu, S. Synthesis of ethylene-1-hexene copolymers from ethylene stock by tandem action of bis(2-dodecylsulfanyl-ethyl)amine-CrCl3 and Et(Ind)2ZrCl2. J. Polym. Sci. Polym. Chem. Part A 2007, 45, 3562–3569. [CrossRef]

22. Xu, H.; Guo, C.; Zhang, M.; Yang, H.; Dong, J.; Yuan, G. In situ copolymerization of ethylene to linear low-density polyethylene (LLDPE) with calcosilicate (CAS-1) supported dual-functional catalytic system. Catal. Commun. 2007, 8, 2143–2149. [CrossRef]

23. Milani, M.A.; De Souza, M.O.; De Souza, R.F. NiP′O and [Cp2ZrCl2/MAO] as a versatile dual-function catalyst system for in situ polymerization of ethylene to linear low-density polyethylene (LLDPE). Catal. Commun. 2010, 11, 1094–1097. [CrossRef]

24. Schwerdtfeger, E.D.; Price, C.J.; Chai, J.; Miller, S.A. Tandem catalyst system for linear low-density polyethylene with short and long branching. Macromolecules 2010, 43, 4838–4842. [CrossRef]

25. Zhang, K.; Liu, P.; Wang, W.-J.; Li, B.-G.; Liu, W.; Zhu, S. Preparation of comb-shaped polyolefin elastomers having ethylene/1-octene copolymer backbone and long chain polyethylene branches via a tandem metallocene catalyst system. Macromolecules 2018, 51, 8790–8799. [CrossRef]

26. Pinheiro, A.C.; Casagrande, A.C.A.; Casagrande, O.L. Linear low-density polyethylene nanocomposites by in situ polymerization using a zirconium-nickel tandem catalyst system. J. Polym. Sci. Polym. Chem. Part A 2014, 52, 3506–3512.

27. Guo, S.; Fan, H.; Bu, Z.; Li, B.-G.; Zhu, S. High temperature high pressure tandem polymerization of ethylene for synthesis of ethylene-1-hexene copolymers from single reactor with SNS-Cr and CGC-Ti catalysts. Macromol. React. Eng. 2015, 9, 32–39. [CrossRef]
28. Karbach, F.F.; Macko, T.; Duchateau, R. Preparation of ethylene/1-hexene copolymers from ethylene using a fully silica-supported tandem catalyst system. *Macromolecules* 2016, 49, 1229–1241. [CrossRef]
29. Aluthge, D.C.; Sattler, A.; Al-Harthi, M.A.; Labinger, J.A.; Bercaw, J.E. Cospported tandem catalysts for production of linear low-density polyethylene from an ethylene-only feed. *ACS Catal.* 2016, 6, 6581–6584. [CrossRef]
30. Gibson, V.C.; Spitzmesser, S.K. Advances in non-metallocene olefin polymerization catalysis. *Chem. Rev.* 2003, 103, 283–315. [CrossRef]
31. Makio, H.; Terao, H.; Iwashita, A.; Fujita, T. Fl catalysts for olefin polymerization a comprehensive treatment. *Chem. Rev.* 2011, 111, 2363–2449. [CrossRef] [PubMed]
32. Collins, S. Polymerization catalysis with transition metal amminide and related complexes. *Coord. Chem. Rev.* 2011, 255, 118–138. [CrossRef]
33. Redshaw, C.; Tang, Y. Tridentate ligands and beyond in group IV metal a-olefin homo-co-polymerization catalysis. *Chem. Soc. Rev.* 2012, 41, 4484–4510. [CrossRef] [PubMed]
34. Pei, L.; He, S.; Gao, J.; Liao, H.; Gao, H. Homo- and copolymerizations of ethylene and norbornene using bis(β-ketoamino) titanium catalysts containing pyrazolone rings. *Polymers* 2017, 9, 262. [CrossRef] [PubMed]
35. Tuskaev, V.A.; Gagieva, S.C.; Kurmaev, D.A.; Kolosov, N.A.; Mikhailik, E.S.; Golubev, E.K.; Sizov, A.I.; Zubkevich, S.V.; Vasil’ev, V.G.; Nikiforova, G.G.; et al. Titanium(III, IV)-containing catalytic systems for production of ultrahigh molecular weight polyethylene nascent reactor powders, suitable for solventless processing—Impact of oxidation states of transition metal. *Polymers* 2018, 10, 2. [CrossRef] [PubMed]
36. Delferro, M.; Marks, T.J. Multinuclear olefin polymerization catalysts. *Chem. Rev.* 2011, 111, 2450–2485. [CrossRef]
37. McInnis, J.P.; Delferro, M.; Marks, T.J. Multinuclear group 4 catalysis: Olefin polymerization pathways modified by strong metal metal cooperative effects. *Acc. Chem. Res.* 2014, 47, 2545–2557. [CrossRef]
38. Salata, M.R.; Marks, T.J. Synthesis, characterization, and marked polymerization selectivity characteristics of binuclear phenoxyiminato organozirconium catalysts. *J. Am. Chem. Soc.* 2008, 130, 12–13. [CrossRef]
39. Salata, M.R.; Marks, T.J. Catalyst nucleaseity effects in olefin polymerization. Enhanced activity and comonomer enchainment in ethylene + olefin copolymerizations mediated by bimetallic group 4 phenoxyiminato catalysts. *Macromolecules* 2009, 42, 1920–1933. [CrossRef]
40. Buchwalter, P.; Rosé, J.; Braunstein, P. Multimetallic catalysis based on heterometallic complexes and clusters. *Chem. Rev.* 2015, 115, 28–126. [CrossRef]
41. Bratko, I.; Gómez, M. Polymetallic complexes linked to a single-frame ligand: Cooperative effects in catalysis. *Dalton Trans.* 2013, 42, 10664–10681. [CrossRef] [PubMed]
42. Radlauer, M.R.; Buckley, A.K.; Henling, L.M.; Agapie, T. Bimetallic coordination insertion polymerization of unprotected polar monomers: Copolymerization of amino olefins and ethylene by dinickel bisphenoxyiminato catalysts. *J. Am. Chem. Soc.* 2013, 135, 3784–3787. [CrossRef] [PubMed]
43. Radlauer, M.R.; Day, M.W.; Agapie, T. Bimetallic effects on ethylene polymerization in the presence of amines: Inhibition of the deactivation by Lewis bases. *J. Am. Chem. Soc.* 2012, 134, 1478–1481. [CrossRef] [PubMed]
44. Han, S.L.; Yao, E.D.; Qin, W.; Zhang, S.F.; Ma, Y.G. Binuclear heteroligated titanium catalyst based on phenoxyimin ligands: Synthesis, characterization, and ethylene (Co)polymerization. *Macromolecules* 2012, 45, 4054–4059. [CrossRef]
45. Rong, C.; Wang, F.; Li, W.; Chen, M. Ethylene polymerization by dinuclear xanthene-bridged imino- and aminopyridyl nickel complexes. *Organometallics* 2017, 36, 4458–4464. [CrossRef]
46. Chen, Z.; Zhao, X.; Gong, X.; Xu, D.; Ma, Y. Macrocyclic trinuclear nickel phenoxyimine catalysts for hightemperature polymerization of ethylene and isospecific polymerization of propylene. *Macromolecules* 2017, 50, 6561–6568. [CrossRef]
47. Ji, P.; Solomon, J.B.; Lin, Z.; Johnson, A.; Jordan, R.F.; Lin, W. Transformation of metal organic framework secondary building units into hexanuclear Zr-alkyl catalysts for ethylene polymerization. *J. Am. Chem. Soc.* 2017, 139, 11325–11328. [CrossRef] [PubMed]
48. Ye, J.; Ye, Z. “Living” polymerization of ethylene and 1-hexene using novel dinuclear Pd-diimine catalysts. *Polymers* 2017, 9, 282.
49. Xie, G.; Qian, C. Dramatic electronic effect of fluoro substituents on the olefin polymerization activity of mono β-diminoato titanium complexes. *J. Polym. Sci. Polym. Chem. Part A* 2008, 46, 211–217. [CrossRef]
50. Xie, G.; Li, Y.; Sun, J.; Qian, C. Titanium complexes with β-ketoiminate chelate ligands for ethylene polymerization: The significant influence of substituents on structures and catalytic activities. *Inorg. Chem. Commun.* 2009, 12, 796–799. [CrossRef]

51. Xie, G.; Li, T.; Zhang, A. Highly active and selective ethylene oligomerization catalysts: Asymmetric 2,6-bis(imino)pyridyl iron (II) complexes with alkyl and halogen substituents. *Inorg. Chem. Commun.* 2010, 13, 1199–1202. [CrossRef]

52. Xie, G.; Song, W.; Li, T.; Xu, X.; Lan, Z.; Li, Y.; Zhang, A. Synthesis, characterization, and catalytic behavior of copper complexes with fluorosubstituted β-ketoimine ligands. *J. Appl. Polym. Sci.* 2014, 131, 41178. [CrossRef]

53. Li, T.; Song, W.; Ai, H.; You, Q.; Zhang, A.; Xie, G. β-diiminato titanium complexes with varying fluorine substitution patterns on the N-aryl moiety: Probing the effect of ligand substitution on ethylene polymerization. *J. Polym. Res.* 2015, 22, 631. [CrossRef]

54. Xiao, X.; Wen, Y.; Wang, X.; Lei, L.; Xia, P.; Li, T.; Zhang, A.; Xie, G. Synthesis and structural characterization of trifluoromethyl-substituted β-ketoimino copper(II) complex and its catalytic behavior for methyl acrylate polymerization. *Russ. J. Coord. Chem.* 2015, 41, 543–548. [CrossRef]

55. Wang, L.; You, X.; You, Q.; Li, T.; Zhang, A.; Xie, G. Synthesis and structures of mono(β-diiminate) copper complexes and their catalytic performances for homo- and copolymerizations of methyl acrylate. *Transit. Metal Chem.* 2016, 41, 857–866. [CrossRef]

56. You, X.; Wang, L.; You, Q.; Li, T.; Zhang, A.; Xie, G. Synthesis, crystal structure and catalytic performances of trifluoro-substituted mono(β-diiminate) copper(II) complex. *Chin. J. Struct. Chem.* 2017, 36, 107–112.

57. Xie, G.; Liu, G.; Li, L.; Li, T.; Zhang, A.; Feng, J. Tandem catalysis of iron and titanium non-metallocene catalysts for the production of branched polyethylene. *Catal. Commun.* 2014, 45, 7–10. [CrossRef]

58. Xie, G.; Zhang, X.; Li, T.; Li, X.; You, Q.; Zhang, A. Preparation of linear low-density polyethylene by tandem catalysis of iron and titanium non-metallocene catalysts. *J. Mol. Catal. Chem. A* 2014, 383–384, 121–127. [CrossRef]

59. Li, T.; Lan, Z.; Xie, G.; Luo, D.; Li, L.; Xiong, S.; Zhang, L.; Ouyang, L.; Zhang, A. Binuclear titanium catalysts based on methylene-bridged tridentate salicylaldiminato ligands for ethylene homo- and copolymerization. *Catal. Lett.* 2017, 147, 996–1005. [CrossRef]

60. Zhang, L.; Chen, X.; Xiao, X.; Luo, D.; Zeng, Y.; Li, T.; Li, X.; Zhang, A.; Xie, G. A novel tridentate [ONS] binuclear titanium complex bearing o xo-bridged macrocyclic structure for ethylene polymerization. *J. Organomet. Chem.* 2018, 856, 50–55. [CrossRef]

61. Luo, D.; Zeng, Y.; Chen, X.; Xie, P.; Xie, G.; You, Q.; Zhang, L.; Li, T.; Li, X.; Zhang, A. Synthesis, characterization and olefin polymerization behaviors of phenylene-bridged bis-β-carbonylenamine binuclear titanium complexes. *RSC Adv.* 2018, 8, 6954–6964. [CrossRef]

62. Chen, X.; Zeng, Y.; Lan, Z.; You, Q.; Li, T.; Li, X.; Zhang, D.; Xie, G. A methylene-bridged salicylaldiminato tridentate [ONS] binuclear titanium complex for ethylene-norbornene copolymerization. *J. Macromol. Sci. Pure Appl. Chem. Part A* 2018, 55, 489–495. [CrossRef]

63. Galland, G.B.; Quijada, R.; Rojas, R.; Bazan, G.; Komon, Z.J.A. NMR study of branched polyethylenes obtained with combined Fe and Zr catalysts. *Macromolecules* 2002, 35, 339–345. [CrossRef]